UNIVERSITI PUTRA MALAYSIA

FABRICATION AND CHARACTERISATION OF SELECTED MICROWAVE ABSORBING FERRITE-POLYMER COMPOSITES

FADZIDAH BT MOHD IDRIS

ITMA 2012 10
FABRICATION AND CHARACTERISATION OF SELECTED MICROWAVE ABSORBING FERRITE-POLYMER COMPOSITES

By

FADZIDAH BT MOHD IDRIS

Thesis Submitted to the School of Graduate Studies, Universiti Putra Malaysia, in Fulfillment of the Requirement for the Degree of Master of Science

December 2012
In appreciation of their love and sacrifices, this thesis is dedicated to my family especially my beloved mother HJH SABARIAH BT MOHD YATIM and my sisters ZANARIAH BT MOHD IDRIS and ZURAIDAH BT MOHD IDRIS who have been giving me full moral support throughout the years. Not forgotten to my late father Allahyarham MOHD IDRIS BIN HJ SHARIAT.
Abstract of thesis presented to the Senate of Universiti Putra Malaysia in fulfillment of the requirement for the Degree of Master of Science

FABRICATION AND CHARACTERISATION OF SELECTED MICROWAVE ABSORBING FERRITE-POLYMER COMPOSITES

By

FADZIDAH BT MOHD IDRIS

December 2012

Chairman: Associate Professor Mansor Hashim, PhD

Institute: Institute of Advanced Technology

Although absorbing materials are a useful part of modern-day defence systems, very little published knowledge exists on the fabrication of such materials especially microwave absorbing materials. The present research attempts to fabricate absorbing material compositions suitable for microwave absorption from 8 to 18 GHz. Various compositions of composite ferrites were prepared using mechanical alloying and sintering. The starting metal oxide raw materials were weighed according to the targeted proportion and milled for 10 hours using a SPEX8000D mill to get nanosized particles. The resulting mixture was poured into a PVA solution as a binder and stirred while drying it using an ultraviolet lamp until the powder contained \( \sim 1 \text{ wt}\% \) PVA. It was then pressed into pellet/toroid-shaped samples and sintered at temperature 900 °C for 10 hours. Then, a composite of ferrite powder with polymer paint as matrix was prepared. The composite paint produced was applied on the surface of a metal sheet of specified surface dimensions. Physical characteristics of the as-prepared filler samples were studied using X-ray diffraction (XRD), scanning transmission electron microscopy
(STEM) and Field emission Scanning Electron Microscope (FESEM). The toroidal sample was further studied using an Agilent 4291B Impedance Analyzer with the frequency range from 1 MHz to 1 GHz in order to investigate the material’s complex permeability components $\mu'$ and $\mu''$. The absorption of the composite paint-coated metal sheet was characterized using an Agilent 85071E Network Analyzer in the frequency range from 8 GHz to 18 GHz. The XRD results show that at 900ºC the full phase of nickel zinc ferrite was formed. The average particle size for all the compositions is in nanometers (sub-micron sized). The resulting morphology was a homogeneous microstructure with small grain size and a uniform grain size distribution obtained via the mechanical alloying technique. From the complex permeability component $\mu'$ and $\mu''$ results, a significantly important result was established: that it was possible to extend the em energy absorption frequency range by reducing the grain size from micrometer to nanometer, using samples of the same chemical composition. For measurement at higher frequency (X-band and Ku-band), physical sample thickness influences the reflection loss and absorption of the ferrite-in-polymer-matrix composites with a metal back. Thicker samples result in higher microwave absorption. A sample with a thickness of 3.22 mm yields higher absorption compared to a sample with a thickness of 2.35 mm backed by an aluminium plate. Consequently, materials with different compositions give different levels of microwave absorption with the aluminium plate giving ~ 0 dB reflection losses. For other compositions, trends can be observed as the Ni$^{2+}$ content is increased. As the Ni$^{2+}$ content increases, the minimum reflection loss or maximum absorption is decreased. Therefore, Ni$_{0.5}$Zn$_{0.5}$Fe$_2$O$_4$ gives the highest absorption compared to that of other compositions. In addition, by comparing all the compositions involving combined nickel zinc ferrite (a mixture of nickel zinc ferrites with different
NiZn ratios-NZF combine), Ni$_{0.5}$Zn$_{0.5}$Fe$_2$O$_4$ alone gives the most minimum reflection loss which corresponds to the highest absorption by the sample. The minimum reflection loss given by Ni$_{0.5}$Zn$_{0.5}$Fe$_2$O$_4$ at frequency 9.0 GHz and 12 GHz reaches – 6.72 dB and – 11.2 dB respectively. Furthermore, the percentage amount of sintered Ni$_{0.5}$Zn$_{0.5}$Fe$_2$O$_4$ being added into the paint are 5 wt% and 20 wt% with different thicknesses. A higher ferrite content in the matrix resulting in higher absorption. The composite paints are expected to be very useful in military applications such as radar cross section reduction and prevention of electromagnetic interference.
Abstrak tesis yang dikemukakan kepada Senat Universiti Putra Malaysia sebagai memenuhi keperluan untuk Ijazah Master Sains

PEMBUATAN DAN PENCIRIAN BAGI PENYERAP MIKROGELOMBANG FERIT-POLIMER KOMPOSIT TERPILIH

Oleh

FADZIDAH BT MOHD IDRIS

Disember 2012

Pengerusi: Profesor Madya Mansor Hashim, PhD
Institut: Institut Teknologi Maju

menggunakan pembiasan sinar-X (XRD), mikroskop pengimbas elektron (STEM) dan mikroskop pengimbas medan elektron (FESEM). Sampel toroid terus diukur menggunakan Impedance Analyzer Agilent model 4291B dengan julat frekuensi dari 1 MHz hingga 1 GHz untuk mengkaji komponen ketelapan kompleks χ’ dan χ”.

Penyerapan kepingan logam bersalut cat komposit dicirikan menggunakan Agilent 85071E Network Analyzer dalam julat frekuensi 8 GHz hingga 18 GHz. Keputusan XRD menunjukkan bahawa pada suhu 900 °C fasa penuh ferit nikel zink telah terbentuk. Purata saiz zarah bagi semua komposisi adalah bersaiz nanometer (bersaiz sub-mikron). Morfologi yang terhasil adalah mikrostruktur homogen dengan saiz butiran kecil dan taburan saiz butiran seragam melalui teknik pengaloian mekanikal. Dari keputusan komponen ketelapan kompleks χ’ dan χ”, hasil yang ketara telah terbentuk: bahawa adalah mungkin untuk melebarkan julat frekuensi penyerapan tenaga em dengan mengurangkan saiz butiran dari mikrometer kepada nanometer, dengan menggunakan komposisi sampel kimia yang sama. Bagi pengukuran pada frekuensi yang lebih tinggi (Jalur-X dan Jalur-Ku), pengaruh fizikal ketebalan sampel mempengaruhi kehilangan pantulan dan penyerapan ferit dalam matrik polimer komposit yang disokong plat logam. Sampel yang lebih tebal menghasilkan keputusan penyerapan yang lebih tinggi. Keputusan sampel dengan ketebalan 3.22 mm menghasilkan penyerapan yang lebih tinggi berbanding dengan sampel dengan ketebalan 2.35 mm yang disokong kepingan aluminium. Seterusnya, bahan dengan komposisi berbeza menghasilkan keputusan penyerapan gelombang mikro yang berbeza. Keputusan kepingan aluminium menghasilkan ~ 0 dB kehilangan pantulan. Bagi komposisi lain, corak boleh diperhatikan apabila kandungan Ni	extsuperscript{2+} meningkat. Apabila kandungan Ni	extsuperscript{2+} meningkat, kehilangan pantulan minima atau penyerapan maksima menurun. Oleh itu, Ni	extsubscript{0.5}
Zn$_{0.5}$Fe$_2$O$_4$ memberi penyerapan tertinggi berbanding dengan komposisi lain. Di samping itu, dengan membandingkan semua komposisi dengan gabungan nikel zink ferit (campuran berbagai bahan ferit-nikel-zink dengan nisbah NiZn yang berbeza-NZF gabungan), Ni$_{0.5}$Zn$_{0.5}$Fe$_2$O$_4$ sahaja memberikan kehilangan pantulan yang paling minimum sepadan dengan penyerapan tertinggi oleh sampel. Kehilangan pantulan minimum diberikan oleh Ni$_{0.5}$ Zn$_{0.5}$Fe$_2$O$_4$ pada frekuensi 9 GHz dan 12 GHz masing-masing boleh mencapai -6.72 dB dan 11.2 dB. Tambahan pula, jumlah peratusan Ni$_{0.5}$ Zn$_{0.5}$Fe$_2$O$_4$ bersinter yang ditambah ke dalam cat adalah 5 wt% dan 20 wt% dengan ketebalan yang berbeza. Kandungan ferit yang tinggi dalam matrik menghasilkan penyerapan yang tinggi. Cat komposit dijangka menjadi sangat berguna dalam aplikasi ketenteraan seperti pengurangan keratan rentas radar dan pencegahan pencemaran elektormagnet.
ACKNOWLEDGEMENTS

It is neither my strength nor my wisdom, but Allah’s mercies that made this work a success, thus, I glorify Him. May all praises and salutations of the Lord be upon the Messenger of Allah and upon his Family and Companions, and those who are guided by the light of his ‘sunnah’ till the Day of Judgment.

I would like to take this opportunity to express my deepest gratitude to my project supervisor, Assoc. Prof. Dr. Mansor Hashim for his support, great scientific points and tips given with friendly guidance and advice during this study. His encouragement, moral and technical support made this study possible. I would also like to thank to him for giving me the opportunity to work with him and giving me guidance at every step of my work. In fact, he had spent his precious time just to help me during this research. He is such a kindly and knowledgeable supervisor. Further, I thank for his patient and support. May Allah reward you with the best of rewards. I would also like to extend my sincere thanks to my co-supervisor, Assoc. Prof. Dr. Zulkifly Abbas and also to all my lecturers for their helps throughout this project.

I would like to express my appreciation and thankful to my beloved family who have giving me their full moral support although they are not in this field. They always be by my side whenever I am facing problems. In my hard times, they pushed me in the right way. I owe my most sincere thanks to the most important persons in my life, my mother, Hjh Sabariah Bt Mohd Yatim and my lovely sisters, Zanariah and Zuraidah, whose honest support and love gave me energy to complete this work successfully. I am really indebted to them for their warm support and prayers. Al-fatihah to my late father, Allahyarham Mohd Idris Bin Shariat. May his soul rest in peace and be placed amongst
the blessed alongside Allah S.W.T. To my cute little niece, Nurnabilah for cheering me up when I feel down. Thank you very much for joining me “in sacrificing today for a better tomorrow” I LOVE YOU ALL and may Allah reward you with the best of rewards.

To my colleagues in the Magnetics and Nanostructure Evolution Group (MNEG), Dr. Ismayadi, Idza, Shamsul, Rodziah, Masni, Ghazal, Nora, Hapishah, Mehran, Misbah, Ikhwan, Aizat, Syazwan and Che Sulaiman. I appreciate the discussions, ideas, memorable interactions and time spent throughout this research. Thank you for their support in allowing me to work closely with them, without their support I would not be able to complete this thesis. I am really obliged to them. To my fellow friends during my postgraduate study, Ain Shaaidi, Ain Rusly, Dila, Amalina, Zarifah, Arlina, Emma, Nurzila, Rahimah, Fahmi, Mutia, Maya, Shazana, Ana, Noni, Kun, Ibik, Fifi, I say thanks for everything and thanks for the memories together along journey of my studies. Not forgotten to Dr. Shuhazly, Dr. Norlaily and Dr. Rabaah for sharing their ideas throughout my studies.

I also would like to express my thanks to staffs at the Institute of Advanced Technology (ITMA) and Faculty of Science, En. Kadri, En. Azli, Pn. Noor Lina, Pn. Sarinawani, Pn. Rosnah, Pn. Norhaslinda, Pn. Noriza, Pn. Khamsiah and many others for their great helps and contributions.

Finally, my thanks goes to those who have help me directly or indirectly in finishing this research.
I certify that a Thesis Examination Committee has met on 6th December 2012 to conduct the final examination of Fadzidah Bt Mohd Idris on her thesis entitled “Fabrication and Characterisation Of Selected Microwave Absorbing Ferrite-Polymer Composites” in accordance with Universities and University Colleges Act 1971 and the Universiti Putra Malaysia [P.U.(A) 106] 15 March 1998. The Committee recommends that the student be awarded the Degree of Master of Science.

Members of the Thesis Examination Committee are as follows:

**Lim Kean Pah, PhD**  
Faculty of Science  
Universiti Putra Malaysia  
(Chairman)

**Azmi b. Zakaria**  
Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Internal Examiner I)

**Jumiah bt Hassan**  
Associate Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Internal Examiner II)

**Ahmad Kamal Yahya**  
Associate Professor  
Faculty of Science  
Universiti Teknologi Mara  
(External Examiner)

---

**SEOW HENG FONG, Ph.D.**  
Professor and Deputy Dean  
School of Graduate Studies  
Universiti Putra Malaysia

Date:
This thesis was submitted to the Senate of Universiti Putra Malaysia and has been accepted as fulfillment of the requirement for the degree of Master of Science. The members of the Supervisory Committee were as follows:

**Mansor Hashim, PhD**  
Associate Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Chairman)

**Zulkifly Abbas, PhD**  
Associate Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Member)

---

**BUJANG BIN KIM HUAT, PhD**  
Professor and Dean  
School of Graduate Studies  
Universiti Putra Malaysia

Date:
DECLARATION

I hereby declare that the thesis is my original work except for quotations and citations which have been duly acknowledged. I also declare that it has not been previously, and is not concurrently submitted for any other degree at Universiti Putra Malaysia or at any other institution.

______________________________
FADZIDAH BT MOHD IDRIS

Date:
# TABLE OF CONTENTS

<table>
<thead>
<tr>
<th>Section</th>
<th>Page</th>
</tr>
</thead>
<tbody>
<tr>
<td>DEDICATION</td>
<td>ii</td>
</tr>
<tr>
<td>ABSTRACT</td>
<td>iii</td>
</tr>
<tr>
<td>ABSTRAK</td>
<td>vi</td>
</tr>
<tr>
<td>ACKNOWLEDGEMENTS</td>
<td>ix</td>
</tr>
<tr>
<td>APPROVAL</td>
<td>xi</td>
</tr>
<tr>
<td>DECLARATION</td>
<td>xiii</td>
</tr>
<tr>
<td>TABLE OF CONTENTS</td>
<td>xiv</td>
</tr>
<tr>
<td>LIST OF TABLES</td>
<td>xvii</td>
</tr>
<tr>
<td>LIST OF FIGURES</td>
<td>xviii</td>
</tr>
<tr>
<td>LIST OF ABBREVIATIONS</td>
<td>xx</td>
</tr>
</tbody>
</table>

## CHAPTER

1. **INTRODUCTION**
   - 1.1 Background of the Study
   - 1.2 Potentials in Microwave Absorber Application
   - 1.3 Problem Statement
   - 1.4 Objectives of the research
   - 1.5 Thesis Overview
   - 1.6 Limitation of the study
   - PAGE 1

2. **LITERATURE REVIEW**
   - 2.1 Introduction
   - 2.2 Properties of materials used
     - 2.2.1 Ferrites
     - 2.2.2 Ferrite Composite Materials for EMI Absorption
     - 2.2.3 Advantage of Using Nanosize with Absorption
   - PAGE 7

3. **THEORY**
   - 3.1 Introduction
   - 3.1.1 Microwave Properties for Absorbing Materials
   - 3.2 Loss Mechanisms
     - 3.2.1 Losses Due to the Oscillating Electric Field
     - 3.2.2 Losses Due to the Oscillating Magnetic Field
       - 3.2.2.1 Hysteresis Losses
       - 3.2.2.2 Eddy Current Losses
       - 3.2.2.3 Domain Wall Resonance Losses
   - 3.3 Ferromagnetic Resonance (FMR)
     - 3.3.1 Physical Basis
     - 3.3.2 Relaxation Processes
   - 3.4 Basic Components of Microwave Absorber
     - 3.4.1 Matrices for Microwave Absorber
     - 3.4.2 Filler for Microwave Absorber
   - PAGE 17

xiv
4. MATERIALS AND METHODS
4.1 Introduction
4.1.1 Raw Materials
4.2 Part 1: Fabrication of ferrite powder
4.2.1 Experimental procedure
4.3 Mechanical alloying
4.4 Pellet or toroid preparation
4.5 Sintering
4.6 Part 2: Preparation of ferrite composite powder with polymer paint as matrix
4.6.1 Preparation of ferrite composite powder
4.6.2 Preparation of ferrite in polymer matrix
4.7 Part 3: Preparation of paint-coated metal sheet
4.8 Materials Characterization Measurements
4.8.1 Structural Characterization
4.8.3 Radiofrequency Characteristic Measurements
4.9 Description on Microwave Characterization Equipment and Free Space Test
4.10 Errors of measurements

5. RESULTS AND DISCUSSION
5.1 Introduction
5.2 Characteristics of Different Filler Composition
5.2.1 Microstructure-related analysis
5.2.2 Effects of Composition on Real Permeability and Loss Factor
5.3 Grain Size Effects as a Function of Real Permeability and Loss Factor
5.3.1 Microstructural properties
5.3.2 Complex Permeability Component \( \mu' \) and \( \mu'' \)
5.4 Composition materials in X-band (8 – 12 GHz) and Ku-band (12 – 18 GHz) frequency range
5.4.1 The effect on reflection loss and absorption of ferrite in polymer matrix composites with metal back
5.4.1.1 The influence of physical thickness
5.4.1.2 The influence of materials with different composition
5.4.2 Microwave absorption characteristics of the prepared polymer matrix composites on metal plate

6. SUMMARY, CONCLUSION AND RECOMMENDATION
6.1 Conclusions
6.2 Suggestion